Template Synthesis of Ni Nanowires: Characterization and Modelling

Nurhanis Sofiah Abd Ghafer¹, Santhi Ulakanathan², Mahendran Samykan¹*, Kumaran Kadigama², Hussein A. Mohammed³, Wai Keng Ngui¹

¹ College of Engineering, Universiti Malaysia Pahang, 26300 Gambang, Kuantan, Pahang, Malaysia
² Faculty of Mechanical & Automotive Engineering Technology, Universiti Malaysia Pahang, 26600, Pekan, Pahang, Malaysia
³ School of Engineering, Edith Cowan University, 270 Joondalup Drive, Joondalup, WA 6027, Australia

ARTICLE INFO

ABSTRACT

Template-assisted electrochemical deposition is a straightforward approach for the synthesis of 1D nanostructures (e.g., nanowire, nanorod, and nanobelt) with controllable morphology. This approach is suitable for mass production as it works at ambient pressure and temperature with the properties of synthesized 1D nanostructures being influenced by synthesis conditions during the electrochemical deposition process. This work aims to investigate the influence of stabilizing agent concentration and heating temperature towards the physical behavior of Nickel (Ni) nanowires synthesized via a template-assisted electrochemical deposition approach. In this research, the electrolyte bath was prepared in three different concentrations of the stabilizing agent (6 g/L, 40 g/L and 70 g/L), and the deposition bath temperature used was 30°C, 70°C, and 110°C respectively. The elemental composition was determined using Energy Dispersive X-ray (EDX) analysis to investigate the percentage of pure Ni element in the synthesized nanowires. The diameter, surface texture, and growth length of the synthesized Ni nanowires were characterized using Field Emission Scanning Electron Microscope (FESEM). X-ray diffractions (XRD) was used for crystal size and crystal orientation analysis. Additionally, the mechanical properties of Ni nanowires were extracted via molecular dynamic simulation. Growth length of Ni nanowires found to be significantly improved as the heating temperature increased, but it decreased when stabilizer agent concentration is high. The diffraction patterns for all synthesis conditions exhibited the synthesis Ni nanowires are polycrystalline as the crystalline planes with Miller indices of 111, 200, and 220. All the investigated nanowires showed ductile failure behavior, a typical behavior at larger length scales of Ni.

Keywords:
Nickel Nanowires; Template-Assisted Electrodeposition; Mechanical Properties

* Corresponding author.
E-mail address: mahendran@ump.edu.my

https://doi.org/10.37934/arfmts.77.2.7690
1. Introduction

Nanotechnology scientists have developed numerous techniques to produce nanomaterials with different morphologies and configurations, which has led to interesting properties and behavior [1, 2]. Among the developed techniques, the template-based approach perceived to be the most popular due to the ability to synthesize 1D nanostructures with controllable size and shape [3, 4]. This method is known for its simplicity, high-throughput, cost-effectiveness, and possible the duplication of complex topology present on the surface of a template in a single step [5, 6]. The method typically operates at ambient temperature and pressure, as well as can be used for mass production of nanowires with controlled geometry and morphology [7-10]. For example, the diameters of nanowires can be well determined and maintained by controlling the diameter of pores, whereas the lengths can be controlled by controlling the thickness of the template [11]. This technique can be operated together with various types of templates with different shapes of 1D nanostructures for various materials [12, 13].

Among the available templates, anodic alumina oxide (AAO) templates are the most widely used as these templates have shown to be the most efficient medium for the synthesis of metallic nanowires. These templates have the advantage to control the diameter of nanowires precisely, while the diameter is dictated by the pore size of the nanochannels of AAO templates [7, 14-19]. Usually, the commercial template is used to avoid challenging template fabrication steps and focus on the nanowire synthesis parameters [20]. Apart from the AAO templates, other available templates are polycarbonate [21, 22], nanochannel glass [23], porous silica [24], mica film [25], and block copolymers [26].

It is a well-established fact that the electrodeposition synthesis process in porous templates initiates at the bottom edge of the cathode (negative) surface of the pore. The high surface area and the presence of sites with low coordination numbers in the porous part of the alumina afford energetically favorable sites for initiating metal adsorption during electrodeposition [27]. The metal ion Mn⁺ is transported from the electrolyte into the ionic metal lattice. Meanwhile, electrons are provided from the external electron source (power supply) to the electron gas of the metal M. This electrodeposition process is schematically illustrated in Figure 1(a). Miguel García et al., [28] describes that during the electrodeposition process, the template pores are initially filled with a liquid precursor from the chemical reaction of the electrodeposition process. The solidification of the filled liquid precursor takes place to form nanowires, as shown in Figure 1(b). These are straightforward routes, but it is critical to ensure that the pores are filled with fluid. If the solution has an excellent wettability towards the template, it can diffuse through the membrane producing an enrichment of the solid component in the interior of the pores. Once the pores filled, the template is removed from the solution and dried. The mechanisms of the pore filling are different for various approach and template.

Blagg et al., [27] synthesized niobium nanowires via template-based electrodeposition techniques by using ionic liquid as electrolyte. The synthesized nanowires are polycrystalline with grain size in the range of 14nm. Zhang et al., [28] successfully synthesized Cobalt nanowires with a diameter size of 25 nm to 75 nm by varying the voltages supply to the electrochemical cell setup. The study revealed that high voltage supply would increase the growth rate of nanowires inside the template pores. Meier et al., [29] used the same strategy for the fabrication of Copper nanowires and Nickel nanowires. Free-standing Copper nanowires and Nickel nanowires with a diameter size of 300nm and length size of 10µm were successfully synthesized by using AAO as a template.
The mechanical properties of nanostructures can be expected to change when the dimensions of crystalline material decreased to nano-size [29] due to the large surface-to-volume ratio, thereby resulting in different surface effects [30, 31]. Additionally, the gradual change of engineering product dimensions to nano-size has resulted in the complexion of the micro testing procedure, and the mechanical analysis procedure of individual nanostructures has become a significant challenge [32-34]. These are due to the extremely small nanostructures, prohibiting the applications of the standard process of mechanical testing methods. As such, to overcome these challenges and to provide further insight into the mechanical deformation of nanostructures, a numerical method such as molecular dynamics (MD) can be performed [35]. MD simulation is a statistical mechanics approach that is used by the material scientist to observe the atom movement during the application of load (e.g., bending, compression and tension) to extract this material behavior [36].

In this research, 1D Ni nanowires are synthesized via a template-assisted electrodeposition approach at different deposition temperatures (30, 70, and 110°C) and stabilizer concentrations (6, 40, and 70g/L). Then, the Ni nanowires are characterized to determine the synthesis condition effect towards the nanowires' structural properties. The elaboration of the physical properties of obtained Ni nanowires by considering the effect of stabilizer concentration and deposition bath temperature on the elemental composition, surface morphology, growth length, crystal orientation and crystal size of the synthesized Ni nanowires is presented in this article. The selection of the parameters in this research greatly dependent on the current research limitation where the investigation on the physical properties of metallic nanowires towards stabilizer concentration has not been studied and temperature being the most influential parameter in the synthesis process been opted for this research to understand the physical properties and the correlation. Lastly, the mechanical behavior of Ni nanowires is estimated by using the MD-based LAMMPS simulation method.

2. Methodology

2.1 Materials

The chemicals such as Nickel (II) chloride 6-hydrate (Bendosen,99.5%), Boric acid (Bendosen), and Sodium Hydroxide (Emsure ISO) were used without any further purification. Nickel plate with a thickness of 1.0 mm (99.95%) was procured from Aldrich Chemistry. Deionized water was used throughout the entire study.
2.2 Experimental Methods

The main content of the electrolyte bath for the electrochemical deposition procedure consists of metal salts and catalysts or stabilizers to accelerate the formation of nanowires. From the literature survey, experimental procedures done by Ertan et al., [22] was followed due to the simple method with excellent outcomes. 175g/L of Ni sulfate hexahydrate (NiSO4.6H2O) metal salt solution was prepared and mixed with 6, 40, 70g/L of boric acid (H3BO3) solution. As explained in introduction part, both independent design variables, namely the solution bath temperature and concentration of boric acid, were varied while other design variables were kept constant. Research work carried out by Ertan et al., [22] was used as a guidance to set boric acid concentration at 40 g/L and bath temperature at ambient condition (30 °C) as the baseline for this present study. The solutions then stirred until both chemicals well mixed. Figure 2 shows the apparatus arrangement for the electrochemical deposition process of Ni nanowires. Both Ni plate (anode) and ~200 nm pore size Whatman anodic alumina oxide (AAO) (cathode) dipped into an electrolyte (refer Figure 3). Figure 4 presents FESEM images of AAO templates with well-ordered nanopore arrangement with pore diameter in range of 200-250 nm. Circles represents nanopore with 200 nm diameter. Table 1 tabulated the parameters used for this experiment. The etching is the last procedure in the process of Ni nanowires synthesizing. Etching procedure involves dissolving of AAO templates by using 10g NaOH in 15ml distilled water to obtain free-standing deposited nanowires. The obtained free-standing Ni nanowires are then ready for analysis.
Table 1
Synthesis parameter for electrochemical deposition

| Electrolyte | Stabilizer Agent Concentration (g/L) | Deposition Period (min) | Applied Current (mA) | Deposition Bath Temperature (°C) |
|-------------|--------------------------------------|-------------------------|----------------------|---------------------------------|
| I           | 6                                    | 60                      | 3.0                  | 30                              |
|             |                                      |                         |                      | 70                              |
|             |                                      |                         |                      | 110                             |
|             |                                      |                         |                      | 30                              |
| II          | 40                                   | 60                      | 3.0                  | 70                              |
|             |                                      |                         |                      | 110                             |
|             |                                      |                         |                      | 30                              |
| III         | 70                                   | 60                      | 3.0                  | 70                              |
|             |                                      |                         |                      | 110                             |

2.3 Characterization Techniques

Bruker D8 Advance X-ray diffraction (XRD) was used with radiation source operated at 40kV and 40mA to study the crystallographic properties of Ni nanowires. The EDX analysis is performed using Oxford Instruments EDX attached to JOEL JSM-7800F FESEM at a beam source of 15kV to elementary composition analysis and FESEM to investigate the morphology of the nanowire.

2.4 Molecular Dynamic Simulation

MD simulation was performed via Large-scale Atomic/Molecular Massively Parallel Simulator (LAMMPS) software. LAMMPS software was developed by Sandia National Laboratories and usually used to model particles in various states with different base material by generating coding in the C++ language. This software has no numbers of atom limitations and able to perform simulation using different force fields and boundary conditions.
3. Results and Discussion

From the FESEM analysis, it was shown that well-defined and excellent repeatability of Ni nanowires synthesized at electrolyte temperature of 30 °C and boric acid concentration 40 g/L were generated inside the pores of AAO templates on the AAO templates with a uniform diameter (200 nm - 330 nm) as shown in Figure 5.

![Figure 5](image)

**Fig. 5.** (a) Etched Ni nanowires (b) Diameter measurement of synthesized Ni nanowires by FESEM

Elementary Composition - The EDX characterization proves that the Ni nanowires synthesized at electrolyte temperature of 30 °C and boric acid concentration 40 g/L were composed of 96.99% of Ni and 3.01% of O₂, as shown in Figure 6(a) and Figure 6(b). The small percentage of O₂ observed indicates the possible absorption of O₂ from the air on the surface of Ni nanowires.

![Figure 6](image)

**Fig. 6.** EDX spectrum of synthesized Ni nanowires

Surface texture - From the FESEM analysis, it is noticed that all the synthesized Ni nanowires have a rough and flaky surface texture. Also, the observation found that there were significant differences
when the parameter of the synthesis condition changed. All the surface texture becomes rougher with the increasing of stabilizer agent concentration. This is due to the increasing of internal stress, which causes the cracks on the nanowires surface texture. This possible reason can be supported by Davolas et al., [36] research findings; the presence of boric acid in the electrochemical deposition process causes the surface texture of deposited Ni to be glassy, instead of brittle and irregular surface appearance. Boric acid serves as buffering agents for electrochemical deposition [37], and it is crucial for hastening the formation of nanowires. However, the present research findings found to be opposite with the literature and the correlation of stabilizer agent concentration to the surface texture of Ni nanowires remains complex and ill-defined.

The surface texture also seen to be very rough when the heating temperature increased to 110°C. This is due to the formation of greater grain size at the high deposition temperature. The consequence of this phenomenon, large Ni grains is obstructed to generate inside the templates pore during the formation of nanowires [38], as shown in Figure 7.

Fig. 7. FESEM analysis of synthesized Ni nanowires. (i-iii) stabilizer agents concentration of 6g/L and deposition temperature of 30°C, 70°C and 110°C respectively (iv-vi) stabilizer agent concentration of 40g/L and deposition temperature of 30°C, 70°C and 110°C respectively (vii-ix) stabilizer agent concentration of 70g/L and deposition temperature of 30°C, 70°C and 110°C
Growth length - Figure 8 shows the average measured growth length of the synthesized Ni nanowires for all parameters. The length of Ni nanowires found to be longer when the heating temperature set to be high. Higher temperature increases the rate of atomic diffusion [39], increases the speed of Ni nanowires formation, and thus accelerates the growth relative to the nucleation of new grains [40]. The influence of deposition temperature on the growth length of Ni nanowires was also due to the lowered energy barriers [41]. However, longer nanowire growth will create a higher center of gravity, which makes their position unbalanced [42].

Crystal Orientation - Figure 9 shows the XRD spectrum for the synthesized Ni nanowires at all synthesis conditions. The diffraction patterns for all synthesis conditions exhibited the synthesized Ni nanowires are polycrystalline as the crystalline planes with Miller indices of 111, 200, and 220. The relative intensity of Ni (111, 200, and 220) peak increases as the deposition temperature increases showing that the quality of crystalline was increased with the higher deposition temperature [43].

In the aspect of Boric acid concentration, it is observed that 40g/L of boric acid concentration with deposition temperature of 110°C obtained the highest diffraction peak followed by 6g/L and 70g/L cases. These imply that 40g/L boric acid concentration gives the best crystal quality to the synthesized Ni nanowires. It can be concluded that stabilizer agent concentration influences the crystal quality of Ni nanowires with the ideal stabilizer agent concentration of 40g/L with a heating temperature of 110°C.

Crystal size - Figure 10 shows the calculated crystal size of Ni nanowires synthesized at all synthesis conditions. The results strongly suggest that the crystal size improves as the heating temperature set to be higher. This indicates that higher temperatures would exhibit the crystalline structure of the Ni nanowires due to the favoring growth of pre-existing nuclei during the initial stages of the electrochemical mechanism [39]. Deliberating the influence of stabilizer agent concentration to the crystal size of nanowires, the crystal size of synthesized Ni nanowires found to be slightly decreased as the stabilizer agent becomes more concentrated. Further analysis is needed to figure out the possible causes behind this hypothesis. Vicenzo and Cavallotti [44] revealed that when boric acid added to the electrolyte at pH above 4, they extended the stability field of the crystallographic and improved its quality of crystals produced. Another literature claimed that the reduction of boric acid concentration caused an increase in pH value, thus decreased the current efficiency (100% to 63%) [44].
Fig. 9. XRD characterization. (a) 6g/L stabilizer agent concentration with a heating temperature of 30°C, 70°C and 110°C respectively (b) 40g/L boric acid concentration with a heating temperature of 30°C, 70°C and 110°C respectively (c) 70g/L boric acid concentration with deposition temperature of 30°C, 70°C and 110°C

Fig. 10. Crystal size of Ni nanowires synthesized at different stabilizer agent concentration and heating temperature
3.4 Mechanical Properties of Ni Nanowires by MD Simulation

The parameter used in modeling Ni nanowires via MD simulation can be summarized as follows:

i. Force field: Embedded-atom method potential for Ni-Al alloys by Mishin
ii. Temperature: 300 K
iii. Timestep: 0.001
iv. Relaxation period: 5000 steps
v. Deformation: Tensile at X-direction at 0.0001 ps

Table 2 tabulated Ni nanowire model dimensions. The diameter of the modeled nanowire was set to a smaller value compared to the actual value obtained from the experiment in order to reduce the simulation duration. Ni nanowires with various length sizes were simulated to estimate the influence of length size to mechanical behaviour of Ni nanowires. Figure 11 demonstrates the deformation process of model VI. During the relaxation state, some of the Ni atoms start to rearrange themselves, and the local lattice starts to defect [45]. After 5000 steps of the relaxation period, during the deformation stage, the surface of the nanowire is cracked abruptly, and some lattices slide on the cracking area resulting in the necking shape until it deforms into the final rupture. With the application of strain, the cyclical plastic deformation led to necking in the system, which culminates with the failure of the nanowire [46].

| Model | Diameter (nm) | Length (nm) | Number of atoms |
|-------|---------------|-------------|-----------------|
| I     | 8.05          | 18.5        | 62,828          |
| II    | 8.05          | 22.11       | 75,398          |
| III   | 8.05          | 24.63       | 87,964          |
| IV    | 8.05          | 29.15       | 100,528         |
| V     | 8.05          | 32.67       | 113,096         |
| VI    | 8.05          | 36.1        | 125,660         |
| VII   | 8.05          | 53.7        | 188,492         |
| VIII  | 8.05          | 71.3        | 251,328         |

Fig. 11. Failure under the tensile deformation process of Ni nanowire
Figure 12 shows the stress-strain curve of all the modeled Ni nanowires. The stress-strain curve for all Ni nanowires models are entirely overlapped with the stress values are increasing up to approximately 16.4 GPa, and the strain shows that the length size has no significant influence on the mechanical properties of Ni nanowires. The yielding stress obtained in this study found to agree with the findings from Wang et al., [47], and Mohan et al., [48] reported the yielding stress of 14.8 GPa and 15-17 GPa, respectively.

Table 3 tabulated the obtained tensile modulus from this simulation is in the range of 140.03-142.60 GPa, which is about 70% of its bulk value. Where else, Wang et al., [47] reported that the tensile modulus in the range of 271 GPa - 324 GPa from the MD simulation of different sizes of Ni nanowires, while Dupont et al., [49] reported slightly similar finding which is equal to 291 GPa. Additionally, Huang et al., [33] in counterpart reported a higher value of tensile modulus, which is in the range of 366-611 GPa. However, Wang et al., [47] and Mohan et al., [48] reported lower value modulus, which is about 134 GPa and 182.71 GPa, respectively. The variance in the obtained result can be ascribed to the periodic boundary condition and force field used for the modeling.

Table 3
Simulated Mechanical Properties of Nickel Nanowires

| Model | Young Modulus (GPa) | Yielding Stress (GPa) | Yielding Strain (GPa) | Failure mode |
|-------|---------------------|-----------------------|-----------------------|--------------|
| I     | 140.03              | 16.520                | 0.1181                | Ductile      |
| II    | 140.43              | 16.742                | 0.1208                | Ductile      |
| III   | 142.40              | 16.578                | 0.1189                | Ductile      |
| IV    | 142.60              | 16.537                | 0.1181                | Ductile      |
| V     | 140.44              | 16.481                | 0.1186                | Ductile      |
| VI    | 140.69              | 16.494                | 0.1180                | Ductile      |
| VII   | 140.60              | 16.475                | 0.1184                | Ductile      |
| VIII  | 140.54              | 16.476                | 0.1184                | Ductile      |

4. Conclusions

Well-defined and excellent repeatability of Ni nanowires was successfully deposited on the AAO templates with a uniform diameter in the range of 200-330nm via a template-assisted electrochemical deposition approach. The obtained Ni nanowires with high purity (97.97% of Nickel from the EDX result) have a rough and flaky surface texture for all the synthesis condition cases. Observation from FESEM analysis also claims that the surface texture roughness increased as the
heating temperature increased. There are significant differences in the surface texture observed when stabilizer agent concentration increased. Overall growth length found to be significantly improved as the heating temperature increased, but it decreased when stabilizer agent concentration is high. The diffraction patterns for all synthesis conditions exhibited the synthesis Ni nanowires are polycrystalline as the crystalline planes with Miller indices of 111, 200, and 220. The relative intensity of Ni (111, 200, and 220) peak increased as the deposition temperature increased, showing that the quality of crystalline was improved with the higher deposition temperature. It is also noted that the average crystal size increased when stabilizer agent concentration decreased. Where else, the crystal size increased when the heating temperature increased. Further investigation is needed to fully understand the rational reason for the characterization of the obtained Ni nanowires influenced by the stabilizer agent concentration and heating temperature. Eight Ni nanowires models were successfully developed and modeled by using LAMMPS simulation software. The finding showed that the modeled Ni nanowires have a tensile modulus between 140.03-142.60GPa, yielding stress between 16.475 to 16.742GPa, and yielding strain between 0.1180 to 0.1208. All the investigated nanowires showed ductile failure behavior, a typical behavior at larger length scales of Ni.

Acknowledgement
This study was funded by Universiti Malaysia Pahang, Malaysia, under the grant RDU1803176, PGRS190339, and PGRS1903156.

References
[1] Barrigón, Enrique, Magnus Heurlin, Zhaoxia Bi, Bo Monemar, and Lars Samuelson. "Synthesis and applications of III–V nanowires." Chemical reviews 119, no. 15 (2019): 9170-9220. https://doi.org/10.1021/acs.chemrev.9b00075
[2] Yu, Kesong, Xueli Pan, Guobin Zhang, Xiaobin Liao, Xunbiao Zhou, Mengyu Yan, Lin Xu, and Liqiang Mai. "Nanowires in energy storage devices: structures, synthesis, and applications." Advanced Energy Materials 8, no. 32 (2018): 1802369. https://doi.org/10.1002/aenm.201802369
[3] Bera, Debasis, Suresh C. Kuiry, and Sudipta Seal. "Synthesis of nanostructured materials using template-assisted electrodeposition." Jom 56, no. 1 (2004): 49-53. https://doi.org/10.1007/s11837-004-0273-5
[4] Sofiah, A. G. N., M. Samykano, K. Kadirgama, R. V. Mohan, and N. A. C. Lah. "Metallic nanowires: mechanical properties–theory and experiment." Advanced Materials Today 11 (2018): 320-337. https://doi.org/10.1016/j.apmt.2018.03.004
[5] Ashley, Michael J., Matthew N. O’Brien, Konrad R. Hedderick, Jarad A. Mason, Michael B. Ross, and Chad A. Mirkin. "Templated synthesis of uniform perovskite nanowire arrays." Journal of the American Chemical Society 138, no. 32 (2016): 10096-10099. https://doi.org/10.1021/jacs.6b05901
[6] Wang, Huan, Sifei Zhuo, Yu Liang, Xiling Han, and Bin Zhang. "General Self-Template Synthesis of Transition-Metal Oxide and Chalcogenide Mesoporous Nanotubes with Enhanced Electrochemical Performances." Angewandte Chemie 128, no. 31 (2016): 9201-9205. https://doi.org/10.1002/ange.201603197
[7] Irshad, M. I., F. Ahmad, N. M. Mohamed, and M. Z. Abdullah. "Preparation and structural characterization of template assisted electrodeposited copper nanowires." Int. J. Electrochem. Sci 9, no. 5 (2014): 2548-2555.
[8] Şişman, İlkay. "Template-assisted electrochemical synthesis of semiconductor nanowires." Nanowires: Implementations Appl (2011): 41-58. https://doi.org/10.5772/20551
[9] Zheng, M. J., L. D. Zhang, G. H. Li, and W. Z. Shen. "Fabrication and optical properties of large-scale uniform zinc oxide nanowire arrays by one-step electrochemical deposition technique." Chemical Physics Letters 363, no. 1-2 (2002): 123-128. https://doi.org/10.1016/S0009-2614(02)01106-5
[10] Al-Salman, Rihab, Heino Sommer, Torsten Brezesinski, and Jürgen Janek. "Template-free electrochemical synthesis of high aspect ratio Sn nanowires in ionic liquids: a general route to large-area metal and semimetal nanowire arrays." Chemistry of Materials 27, no. 11 (2015): 3830-3837. https://doi.org/10.1021/acs.chemmater.5b0200
[11] Wang, Zi-Long, Rui Guo, Liang-Xin Ding, Ye-Xiang Tong, and Gao-Ren Li. "Controllable template-assisted electrodeposition of single-and multi-walled nanotube arrays for electrochemical energy storage." Scientific reports 3 (2013): 1204. https://doi.org/10.1038/srep01204
Growth Mechanism for Controlled Synthesis of Metal Nanotube and Nanowire Arrays Using Anodic Aluminum Oxide Templates." Acta Phys Chim 26, no. 07 (2010): 2037-2043. https://doi.org/10.3866/PKU.WHXB20100734

[15] Mu, Cheng, and Junhui He. "Synthesis of Single Crystal Metal Sulfide Nanowires and Nanowire Arrays by Chemical Precipitation in Templates." Journal of nanoscience and nanotechnology 10, no. 12 (2010): 8191-8198. https://doi.org/10.1166/jnn.2010.2655

[16] Bograchev, Daniil A., Vladimir M. Volgin, and Alexey D. Davydov. "Simple model of mass transfer in template synthesis of metal ordered nanowire arrays." Electrochimica Acta 96 (2013): 1-7. https://doi.org/10.1016/j.electacta.2013.02.079

[17] Choi, Jinsub, Guido Sauer, Petra Göring, Kornelius Nielsch, Ralf B. Wehrspohn, and Ulrich Gösele. "Monodisperse metal nanowire arrays on Si by integration of template synthesis with silicon technology." Journal of Materials Chemistry 13, no. 5 (2003): 1100-1103. https://doi.org/10.1039/b301611k

[18] Li, Xiangdong, Guowen Meng, Shengyong Qin, Qiaoqing Chu, Xiaoquang Zhu, Mingguang Kong, and An-Ping Li. "Nanochannel-Directed Growth of Multi-Segment Nanowire Heterojunctions of Metallic Au1–x Ge x and Semiconducting Ge." ACS nano 6, no. 1 (2012): 831-836. https://doi.org/10.1021/nn2043466

[19] Sharma, Gaurav, Michael V. Pishko, and Craig A. Grimes. "Fabrication of metallic nanowire arrays by electrodeposition into nanoporous alumina membranes: effect of barrier layer." Journal of materials science 42, no. 13 (2007): 4738-4744. https://doi.org/10.1007/s10853-006-0769-1

[20] Kline, Timothy R., Mingliang Tian, Jinguo Wang, Ayusman Sen, Moses WH Chan, and Thomas E. Mallouk. "Template-grown metal nanowires." Inorganic chemistry 45, no. 19 (2006): 7555-7565. https://doi.org/10.1021/ic0601384

[21] Martin, Benjamin R., Daniel J. Dermody, Brian D. Reiss, Mingming Fang, L. Andrew Lyon, Michael J. Nathan, and Thomas E. Mallouk. "Orthogonal self-assembly on colloidal gold-platinum nanorods." Advanced Materials 11, no. 12 (1999): 1021-1025. https://doi.org/10.1002/1cm960166s

[22] Ertan, Asli, Surendra N. Tewari, and Orhan Talu. "Electrodeposition of nickel nanowires and nanotubes using various templates." Journal of Experimental Nanoscience 3, no. 4 (2008): 287-295. https://doi.org/10.1080/17458080802570617

[23] Pearson, Douglas H., and Ronald J. Tonucci. "Nanochannel glass replica membranes." Science 270, no. 5233 (1995): 68-70. https://doi.org/10.1126/science.270.5233.68

[24] Wang, D., W. L. Zhou, B. F. McCaughy, J. E. Hampsey, X. Ji, Y. B. Jiang, H. Xu, J. Tang, and R. H. Schmehl. "O, Connor, C.; Brinker, Cl; Lu, Y. Electrodeposition of Metallic Nanowire Thin Films Using Mesoporous Silica Templates." Adv. Mater. 15, no. 2 (2003): 130. https://doi.org/10.1002/adma.200309025

[25] Chakravorty, D., S. Basu, B. N. Pal, P. K. Mukherjee, B. Ghosh, K. Chatterjee, A. Bose, Santanu Bhattacharya, and A. Banerjee. "Synthesis of nanocomposites using glasses and mica as templates." Bulletin of Materials Science 31, no. 3 (2008): 263-276. https://doi.org/10.1007/s12043-008-0044-y

[26] Soler-Illia, G. J. A., E. L. Crepaldi, D. Grosso, and C. Sanchez. "Block copolymer-templated mesoporous oxides." Interf. Sci 8 (2003): 109. https://doi.org/10.1016/S1359-0294(03)00002-5

[27] Narayanan, T. N., M. M. Shajumon, Lijie Ci, P. M. Ajayan, and M. R. Anantharaman. "On the growth mechanism of nickel and cobalt nanowires and comparison of their magnetic properties." Nano Research, no. 6 (2008): 465-473. https://doi.org/10.1007/s12274-008-8049-9

[28] García, Miguel, Pilar Batalla, and Alberto Escarpa. "Metallic and polymeric nanowires for electrochemical sensing and biosensing." TrAC Trends in Analytical Chemistry 57 (2014): 6-22. https://doi.org/10.1016/j.trac.2014.01.004

[29] Zhang, Qi, Qi-Kai Li, and Mo Li. "Internal stress and its effect on mechanical strength of metallic glass nanowires." Acta Materialia 91 (2015): 174-182. https://doi.org/10.1016/j.actamat.2015.03.029

[30] Wu, Hengan, Xiuxi Wang, Haiyi Liang, and Guangyong Liu. "Progress in mechanical behavior of metal nanowire." ACTA METALLURGICA SINICA-CHINESE EDITION- 38, no. 9 (2002): 903-907.

[31] Yao, Yin, and Shaohua Chen. "Surface effect in the bending of nanowires." Mechanics of Materials 100 (2016): 12-21. https://doi.org/10.1016/j.mechmat.2016.06.005
[32] Weber, Florian, Igor Schestakow, Franz Roters, and Dierk Raabe. "Texture evolution during bending of a single crystal copper nanowire studied by EBSD and crystal plasticity finite element simulations." *Advanced Engineering Materials* 10, no. 8 (2008): 737-741.

[33] Huang, Dan, Qing Zhang, and Pizhong Qiao. "Molecular dynamics evaluation of strain rate and size effects on mechanical properties of FCC nickel nanowires." *Computational Materials Science* 50, no. 3 (2011): 903-910.

[34] Sofiah, A. G., M. Samykano, J. Rivas Murillo, N. A. Lah, D. Ramasamy, K. Kadigama, and M. M. Rahman. "Effect of the Length on the Tensile Deformation of Nickel Nanowires Using Molecular Dynamics Simulations." *Advanced Science Letters* 23, no. 11 (2017): 11549-11552.

[35] Setoodeh, AliReza, Hamed Attariani, and Mostafa Khosrownejad. "Nickel nanowires under uniaxial loads: A molecular dynamics simulation study." *Computational Materials Science* 44, no. 2 (2008): 378-384.

[36] Zhan, Haifei, Yuan tong Gu, Cheng Yan, and Prasad KDV Yarlagadda. "Tensile properties of Si nanowires with faulted stacking layers." *Science of Advanced Materials* 6, no. 7 (2014): 1489-1492.

[37] Ji, J., W. C. Cooper, D. B. Dreisinger, and E. Peters. "Surface pH measurements during nickel electrodeposition." *Journal of Applied Electrochemistry* 25, no. 7 (1995): 642-650.

[38] Toimil-Molares, Maria Eugenia. "Characterization and properties of micro-and nanowires of controlled size, composition, and geometry fabricated by electrodeposition and ion-track technology." *Beilstein Journal of Nanotechnology* 3, no. 1 (2012): 860-883.

[39] Cortés, Andrea, Gonzalo Riveros, Juan L. Palma, Juliano C. Denardin, Ricardo E. Marotti, Enrique A. Dalchiele, and Humberto Gómez. "Single-crystal growth of nickel nanowires: influence of deposition conditions on structural and magnetic properties." *Journal of Nanoscience and Nanotechnology* 9, no. 3 (2009): 1992-2000.

[40] Wang, Jin-Guo, Ming-Liang Tian, Nitesh Kumar, and Thomas E. Mallouk. "Controllable template synthesis of superconducting Zn nanowires with different microstructures by electrochemical deposition." *Nano Letters* 5, no. 7 (2005): 1247-1253.

[41] Dayeh, Shadi A., Edward T. Yu, and Deli Wang. "III– V nanowire growth mechanism: V/III ratio and temperature effects." *Nano Letters* 7, no. 8 (2007): 2486-2490.

[42] Li, Zhiyang, Calvin Leung, Fan Gao, and Zhiyong Gu. "Effects of nanowire length and surface roughness on the electrochemical sensor properties of nafion-free, vertically aligned Pt nanowire array electrodes." *Sensors* 15, no. 9 (2015): 22473-22489.

[43] Šupicová, Magdalena, Roland Rozik, Libuše Trnková, Renáta Oriňáková, and Miriam Gálová. "Influence of boric acid on the electrochemical deposition of Ni." *Journal of Solid State Electrochemistry* 10, no. 2 (2006): 61-68.

[44] Tsuru, Y., M. Nomura, and F. R. Foulkes. "Effects of boric acid on hydrogen evolution and internal stress in films deposited from a nickel sulfamate bath." *Journal of Applied Electrochemistry* 32, no. 6 (2002): 629-634.

[45] Hertzberg, Richard W., and Frank E. Hauser. "Deformation and fracture mechanics of engineering materials." (1977): 96-96.

[46] Branicio, Paulo S., and José-Pedro Rino. "Large deformation and amorphization of Ni nanowires under uniaxial strain: a molecular dynamics study." *Physical Review B* 62, no. 24 (2000): 16950.

[47] Wang, Wei-dong, Cheng-long Yi, and Kang-qi Fan. "Molecular dynamics study on temperature and strain rate dependences of mechanical tensile properties of ultrathin nickel nanowires." *Trans Nonferrous Metals Society China* 23, no. 11 (2013): 3353-3361.

[48] Mohan, Ram, and Yu Liang. "Tensile and flexural deformation of nickel nanowires via molecular dynamics simulations." In *Cutting Edge Nanotechnology*. IntechOpen, 2010.

https://doi.org/10.5772/8863
[49] Dupont, V., and F. Sansoz. "Molecular dynamics study of crystal plasticity during nanoindentation in Ni nanowires." Journal of Materials Research 24, no. 3 (2009): 948. https://doi.org/10.1557/jmr.2009.0103